Formation of graphene sheets through laser exfoliation of highly ordered pyrolytic graphite

Min Qian  
*University of Nebraska–Lincoln*

Yun Shen Zhou  
*University of Nebraska–Lincoln*

Yang Gao  
*University of Nebraska–Lincoln*

Jong Bok Park  
*University of Nebraska–Lincoln*

Tao Feng  
*East China Normal University*

See next page for additional authors

Follow this and additional works at: [http://digitalcommons.unl.edu/electricalengineeringfacpub](http://digitalcommons.unl.edu/electricalengineeringfacpub)

Qian, Min; Zhou, Yun Shen; Gao, Yang; Park, Jong Bok; Feng, Tao; Huang, Su Mei; Sun, Zhuo; Jiang, Lan; and Lu, Yongfeng, "Formation of graphene sheets through laser exfoliation of highly ordered pyrolytic graphite" (2011). Faculty Publications from the Department of Electrical and Computer Engineering, 223.  
[http://digitalcommons.unl.edu/electricalengineeringfacpub/223](http://digitalcommons.unl.edu/electricalengineeringfacpub/223)

This Article is brought to you for free and open access by the Electrical & Computer Engineering, Department of at DigitalCommons@University of Nebraska - Lincoln. It has been accepted for inclusion in Faculty Publications from the Department of Electrical and Computer Engineering by an authorized administrator of DigitalCommons@University of Nebraska - Lincoln.
Authors
Min Qian, Yun Shen Zhou, Yang Gao, Jong Bok Park, Tao Feng, Su Mei Huang, Zhuo Sun, Lan Jiang, and Yongfeng Lu
Formation of graphene sheets through laser exfoliation of highly ordered pyrolytic graphite

Min Qian,1,2 Yun Shen Zhou,1 Yang Gao,1 Jong Bok Park,1 Tao Feng,2 Su Mei Huang,2 Zhuo Sun,2 Lan Jiang,3 and Yong Feng Lu1,a

1Department of Electrical Engineering, University of Nebraska–Lincoln, Lincoln, Nebraska 68588, USA
2Department of Physics, East China Normal University, Shanghai 200062, People’s Republic of China
3Department of Mechanical and Automation Engineering, Beijing Institute of Technology, Beijing 100081, People’s Republic of China

(Received 21 February 2011; accepted 6 April 2011; published online 28 April 2011)

Freestanding two-dimensional (2D) few-layer graphene was formed through laser exfoliation of highly ordered pyrolytic graphite, using a pulsed neodymium-doped yttrium aluminum garnet (Nd:YAG) laser. Graphene sheets of several nanometers in thickness and micrometers in size were obtained. The laser exfoliation process was investigated at different laser fluences and distances between target and substrate. Three different phases, amorphous carbon, few-layer graphene sheets, and thin graphite films, were obtained as the laser fluence increased. This study reveals an existing route of forming freestanding 2D nanostructures through laser exfoliation. © 2011 American Institute of Physics. [doi:10.1063/1.3584021]

Since the discovery of two-dimensional (2D) graphene in 2004,1 investigations on the single-layer sp2 carbon network have increased exponentially, due to its extraordinary carrier mobility7 and potential applications in electronics.3 Several methods have been investigated to synthesize graphene, such as mechanical exfoliation,1 epitaxial growth on silicon carbide4 or metal substrates,5 and chemical exfoliation.6 Among these methods, mechanical exfoliation offers the pristine graphene by a repetitive stick and peel on silicon carbide4 or metal substrates,5 and chemical nanostructures of different dimensions, including fullerenes,9 graphene, such as mechanical exfoliation,1 epitaxial growth on epitaxial growth,10 carbon nanotubes,10 graphite and diamond-like carbon.11 In this study, the formation of freestanding 2D graphene was achieved through laser exfoliation of HOPG using a pulsed neodymium-doped yttrium aluminum garnet (Nd:YAG) laser. The laser exfoliation process was investigated as a function of laser fluence and distance between target and substrate. Carbon nanostructures of different phases were obtained, including amorphous carbon, graphene, and thin graphite films.

The experimental setup is shown in Fig. 1(a). After loaded with a commercial HOPG sample (SPI Supplies, 446HP-AB) as the target and a bare silicon (Si) wafer as the substrate, the chamber was evacuated to 10−5 Torr and then filled with argon gas to 1 Torr. A pulsed Nd:YAG laser (Continuum Powerlite™ Precision II DLS 8010, wavelength = 1064 nm, τ=7 ns) with a repetition rate of 1 Hz was used as the irradiation source with laser fluences from 0.8 to 20.0 J/cm2. The laser beam was focused to 1 mm and irradiated the HOPG surface at an incident angle of 45° at room temperature. The same spot of the HOPG was irradiated for only 1 or 2 pulses. Si substrates were used to collect the ablated carbon materials. In a laser fluence range from 1.0 to 10.0 J/cm2, ultrathin sheet fragments were peeled off from the HOPG, and deposited on the substrate as graphene, as shown in Fig. 1(b). A scanning electron microscope (SEM, Hitachi S-4700), a high-resolution transmission electron microscope (TEM, FEI Tecnai T12), an atomic force microscope (AFM, Veeco DI-3100), and a micro-Raman spectrometer (Renishaw inVia, excitation wavelength of 514 nm) were used to study the graphene sheets.

Figure 2 shows the Raman spectra of HOPG and graphene obtained at a laser fluence of 5.0 J/cm2. G band around 1580 cm−1 and 2D band near 2700 cm−1 are the most prominent Raman features of graphene.12 The G bands...
from both HOPG and graphene appear at 1580 cm\(^{-1}\) (Fig. 2). The 2D band of graphene is at 2700 cm\(^{-1}\), with symmetrical shape and full width at half maximum (FWHM) of ~65 cm\(^{-1}\). HOPG has a broader and upshifted 2D band at 2720 cm\(^{-1}\), compared with the few-layer graphene. The \(I_G/I_{2D}\) ratios of the HOPG and the few-layer graphene are 1.37 and 0.87, respectively. The weak D band near 1350 cm\(^{-1}\) refers to the disorder in the deposited carbon materials can be classified into three categories: amorphous carbon, few-layer graphene, and thin graphite films, as shown in Fig. 4. Nothing was obtained on the substrate below 0.8 J/cm\(^2\), which was estimated to be the ablation threshold of HOPG. Amorphous carbon was deposited at 0.8 J/cm\(^2\), with SEM image and Raman spectrum shown in Figs. 4(a) and 4(b). The graphene was obtained from 1.0 to 10.0 J/cm\(^2\). As shown in Fig. 4(c), the graphene obtained at 5.0 J/cm\(^2\) shows an ultrathin morphology. Corresponding Raman spectrum is shown in Fig. 4(d). At a higher laser fluence, such as 20.0 J/cm\(^2\), thin graphene films appeared, as shown in Fig. 4(e). The increase in \(I_G/I_{2D}\) ratio and the FWHM of 2D band of thin graphite films in Fig. 4(f) indicates the increase in film thickness, as compared with those of few-layer graphene in Fig. 4(d). Based on the experimental observations, the formation mechanism of 2D few-layer graphene in laser exfoliation is suggested as follows.

Photothermal and photochemical processes are frequently considered in laser ablation. The C–C bond energy of the ground electronic states in HOPG is estimated to be 3.7 eV. The photon energy equivalent to a wavelength of 532 nm is 2.3 eV, not sufficient for direct photochemical bond breaking. Therefore, the photothermal mechanism plays a major role in the laser exfoliation.

Ablation depth of the HOPG target is another factor to be considered. The HOPG is ablated into single atoms, molecules, clusters, or fragments, at different laser fluences. A laser fluence of 0.8 J/cm\(^2\) is not sufficient to ablate the HOPG into nanosheets as the target surface does not change after the laser irradiation. From 1.0 to 10.0 J/cm\(^2\), the laser energy is sufficient to ablate the HOPG into graphene sheets a few nanometers thick. A laser pulse of higher fluence (20.0 J/cm\(^2\)) ablates the HOPG into thin graphite films, with a thickness between 50 and 200 nm.

Consequently, the HOPG is thermally decomposed into monomers and small clusters below 1.0 J/cm\(^2\), which are deposited as amorphous carbon. Between 1.0 and 10.0 J/cm\(^2\), the main product of few-layer graphene confirms that more macromolecules or large sheet fragments, rather than small molecules or clusters, are ablated from the HOPG target. The influence of distance between target and substrate was studied from 15 to 60 mm. The distance does not affect the formation of the three carbon phases within their fluence range.

HOPG has a layered structure and is made of many graphene layers, which is essential for the graphene formation by laser exfoliation. HOPG and compressed graphite tablets were used for comparison. Under the same condition from 0.8 to 20.0 J/cm\(^2\), amorphous carbon was the only product from the compressed graphite tablets while graphene was obtained from the HOPG target.

In summary, we discovered an existing route for the formation of 2D few-layer graphene using pulsed laser exfoliation of HOPG. Graphene sheets of a few nanometers in thickness and tens of micrometers in size were obtained. With the increase in laser fluence (from 0.8 to 20.0 J/cm\(^2\)), three different carbon phases, amorphous carbon, few-layer graphene, and thin graphite films, were formed. The formation mechanism was suggested: a pristine sp\(^2\) carbon target with a plane surface (HOPG), a laser with photon energy lower than C–C bond energy (3.7 eV), and an appropriate ablation depth contributed to the formation of few-layer graphene by laser exfoliation. The graphene sheets are...
formed on various substrates at room temperature, revealing their potential applications in electronics, optoelectronics, and mechanics.

This research work was financially supported by National Science Foundation (Grant No. CMMI 0758199), Nebraska Research Initiative, Nebraska Center for Energy Science Research, and Office of Naval Research (Grant Nos. MURI N00014-05-1-0432 and N00014-09-1-0943).